Purpose: This study sought to assess the effect of IPS Empress porcelain thickness on the degree of conversion of light-cure and dual-cure resin cements using Fourier transform infrared spectroscopy.
Introduction
Advances in dentistry enable more conservative esthetic dental treatments. Since 1980s, porcelain veneers have been increasingly used for the anterior tooth restorations.
With increasing in esthetic features and more predictable bonding techniques, porcelain veneers are now a reliable treatment option. [1] Selection of a suitable luting agent plays an integral role in longevity and esthetics of porcelain veneers. Resin cements have higher flexural, compressive, shear and tensile strengths than other types of cements and increase the retention and fracture resistance of indirect ceramic restorations. [2] [3] [4] [5] [6] [7] [8] [9] Appropriate polymerization of these cements is necessary to provide ideal properties and it plays a critical role in achieving an ideal bond between the porcelain and tooth structure. [10] [11] Incomplete polymerization of these cements increases their solubility and degradation at the finish line. The most important advantage of light-cure resin cements is their easy application. However, thickness, opacity, and color shade of the veneer may decrease the light intensity of the transmitted light through the porcelain when luting the restoration with these cements. So, light-cure cements carry the risk of incomplete polymerization. [12] [13] To overcome this problem, dual-cure resin cements were introduced. Theoretically, polymerization of dual-cure cements can be initiated by a very low light intensity and continues by delayed chemical reactions; therefore, dual-cure cements benefit from the properties of both light-cure and self-cure cements. [12] However, the degree of conversion (DC) of dual-cure cements depends on the material; in other words, some systems are more dependent on light-activation than others. [14] The effect of different factors on DC of resin cements beneath the porcelain veneers has been extensively studied. Most previous studies in this regard have used the Knoop or Vickers hardness tests. Although it is believed that hardness is strongly correlated with the DC, [14] more accurate techniques are also available for this purpose which can determine the number of carboncarbon double bonds (C=C) present in resin matrix qualitatively and quantitatively such as nuclear magnetic resonance (NMR), high performance liquid chromatography (HPLC), gel permeation chromatography (CPC), multiple internal reflection (MIR), infrared spectroscopy IR and FTIR spectroscopy. [15] [16] [17] It has been shown that light transmission through porcelain can be as little as 2% to 3%, with a porcelain thickness ranging from. 5 to 2 mm. Therefore, increasing the polymerization time may be prudent to ensure adequate polymerization. [18] Cho et al. [19] showed that increasing the e.max Press thickness by up to 1.2mm had no effect on the DC of light-cure resin cements. When using 1.2mm thick porcelain, DC of light-cure cement was significantly higher than that of dual-cure cement. Runnacles et al. [20] indicated that increasing the porcelain thickness by up to one millimeter had no effect on the DC of light-cure resin cements. Palta et al. [21] demonstrated that the light transmittance was decreased with increased material thickness and reported that the ceramic thickness exerted the highest influence on the transmitted irradiance, closely followed by color.
Moraes et al. [22] demonstrated that increasing the porcelain thickness decreased the intensity of transmitted light, and light irradiation for an adequate period of time was required to enhance the polymerization of dual-cure resin cements. Nonetheless, increasing the porcelain thickness by up to two millimeters had no effect on the final DC. [22] Kilinc et al. [23] showed that the porcelain thickness affected the microhardness of light-cure and dual-cure resin cements more than its color shade. Pazin et al. [24] demonstrated that dualcure resin cements required light for initiation of polymerization, and the porcelain thickness was the most important factor responsible for decreased microhardness of dual-cure resin cements. The type of light curing unit, however, had no effect in this regard. [24] Considering the current controversies in the results of studies and the shortcomings of previous studies and also the growing use of porcelain veneers and lightcure and dual-cure resin cements, this study was aimed to assess the effect of increasing IPS-Empress porcelain thickness on DC of Choice2 light-cure and Nexus3 dual-cure resin cements by using FTIR spectroscopy.
Materials and Method
In this experimental study, porcelain discs were fabri- Based on the type of cement used (Choice 2 lightcure or Nexus3 dual-cure cements), samples were divided into two groups. Based on the porcelain thickness, each group was divided into four subgroups (including a control group without porcelain). Therefore, 24 samples were divided into eight groups of three (n=3).
To measure the DC (%) using FTIR spectroscopy, uncured resin cement samples were first placed in FTIR in such a way that the red laser beam, which indicates the path of infrared beam passed right from the center of the sample. The absorption curve of each sample was drawn using the FTIR spectra. (Table 1) To obtain 50μ thickness of resin cements, porcelain discs and a transparent polyethylene film were placed on uncured resin cement and 250mg load was applied on the samples for two minutes. (Figure 1a 
Statistical analysis
The Kruskal Wallis test showed that the data did not have a normal distribution. Thus, the Dunn's test was used for pairwise comparison of porcelain thicknesses.
Data were analyzed using SPSS version 11.5 software (Microsoft, IL, USA) and p< 0.05 was considered statistically significant.
Results
Chocie3 and Nexus3 resin cements before and after light curing were subjected to FTIR spectroscopy. The DC under the 0. The samples underwent FTIR spectroscopy and the absorption curves were drawn for each sample using FTIR spectra 
Discussion
The results of this experimental study showed that in- Öztürk et al. [35] assessed the effect of ceramic shade and thickness on the micromechanical properties of light-cure cements beneath the IPS-Empress ceramic using hardness tests. They found that ceramic thickness was more effective on the micromechanical properties of the resin cements than ceramic shade.
In present study, different thickness of ceramic with the same shade was evaluated. In a similar study
Cho et al. [19] demonstrated that increasing the porcelain thickness by up to 1.2mm had no effect on DC of light-cure resin cements. Using 1.2mm thickness of porcelain, the DC of light-cure cement was found to be significantly higher than that of dual-cure cement, which is in line with the current study.
Runnacles et al. [20] showed that increasing the porcelain thickness by up to one millimeter had no effect on the DC. Using 1.5mm thickness of IPS e.max LT ceramics, the DC of cement was found to be significantly lower than that of the control group. The difference between their results and ours may be due to the optical properties of the ceramics used. [20] In a similar study, Yuh et al. [13] assessed the DC of light-cure cements beneath the IPS-Empress ceramics using FTIR spectroscopy and concluded that ceramics with 0.5, 1 and 1.5mm thicknesses had no significant effect on DC of resin cements compared to the control group, which is in accordance with our findings. [13] Moraes et al. [22] evaluated the effect of light and duration of curing on DC of dual-cure cements beneath different thicknesses of porcelain using FTIR spectroscopy. They measured the DC of cements beneath 0, 0.7, 1.4 and 2mm thicknesses of porcelain after curing for 40 seconds and one, two, four, six, eight and 10 minutes.
They showed that increasing the thickness of porcelain decreased the transmitted light intensity and concluded that adequate duration of light curing is necessary to improve the DC of resin cements. [22] Kilinc et al. [23] evaluated the effect of color shade and thickness of porcelain on polymerization of light-cure and dual-cure resin cements and showed that increasing the ceramic thickness to three millimeters or higher affected the microhardness of cement, and the microhardness of light-cure resin cements was lower than that of dual-cure cements and the control group.
They also confirmed an association between the light intensity and hardness and stated that the porcelain thickness had a greater impact on hardness than the porcelain shade. They measured microhardness in their study, which is a functional method. Moreover, the thickness of cement used was not similar to the clinically ideal thickness of cement. [23] Pazin et al. [24] assessed the effect of porcelain and light curing unit on light transmission through the ceramics and the DC of dual-cure cements. They measured the Knoop hardness number and showed that cements beneath 1.4-2mm ceramics had lower hardness than the control groups of light-cure, self-cure and dualcure cements; these findings are in contrast to the current results. [24] They measured the Knoop hardness number as a function of DC, which is not accurate. Also, the cement thickness was one millimeter, which is different from the clinically ideal cement thickness. [24] In the current study, we tried to simulate the cement thickness in the clinical setting.
Conclusion
Within the limitations of this in vitro study, the results showed that increasing the IPS Empress porcelain thickness from 0.5 to 1.5mm had no adverse effect on the DC of Choice2 light-cure and Nexus3 dual-cure resin cements. Thus, these cements can be used as luting agents for porcelain veneers with up to 1.5mm thickness; however, discoloration and esthetic complications in the body and margins of the veneers cemented with dual-cure cements in the long-term must be taken into account.
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